Dissolution Behaviour of Hazardous Materials from Steel Slag with Wet Grinding Method

Nik Hisyamudin Muhd Nor1, Siti Norhana Selamat1, Muhammad Hanif Abd Rashid1, Mohd Fauzi Ahmad1, Saifulnizan Jamian1, Sia Chee Kiong1, Mohd Fahrul Hassan1, Fariza Mohamad1, Seiji Yokoyama2

1Department of Materials and Design Engineering, Faculty of Mechanical and Manufacturing Engineering, Universiti Tun Hussein Onn Malaysia, 86400, Parit Raja, Batu Pahat, Johor, Malaysia.
2Faculty of Mechanical Engineering, Toyohashi University of Technology, 1-1 Hibarigaoka Tempaku Toyohashi Aichi Japan.

E-mail: nhisyam@uthm.edu.my, sitinorhanaselamat@gmail.com, cd120111@siswa.uthm.edu.my, mohdfauzi@uthm.edu.my, saifulnz@uthm.edu.my, sia@uthm.edu.my, fahrul@uthm.edu.my, farizamd@uthm.edu.my, yokoyama@me.tut.ac.jp

Abstract. Steel slag is a by-product from steel industry and it contains variety of hazardous materials. In this study, the dissolution behaviour and removal potential of hazardous materials from steel slag with the wet grinding method was investigated. The slag was wet ground in the CO2 atmosphere and the slurry produced was filtered using centrifugal separator to separate the liquid and solid sediments. Then, the concentrations of dissolved metal elements in the liquid sediment were analyzed by ICP-MS. The changes of pH during the grinding were also investigated. It was found that the pHs were decreased immediately after the CO2 gas introduced into the vessel. The pHs were ranging from 6.8 to 7.6 at the end of grinding. The dissolved concentration of Zn and Cr were ranging from 5~45 [mg/dm3] and 0.2~2.5 [mg/dm3] respectively. The ratios of Zn removal for stainless steel oxidizing and reducing slag were very high, but those from normal steel oxidizing and reducing slag were very low. It is assumed that the Zn dissolved as ZnOH+ from Zn(OH)2 that formed due to the reaction between ZnO and water. Dissolution of Cr also occurred but in very low quantity compared to the dissolution of Zn. The dissolution of Cr occurred due to the grinding process and small amount of Cr(OH)3 was formed during the grinding. This small formation of Cr(OH)3 resulted to the low dissolved concentration of Cr in the form of Cr(OH)+. According to the XRD analysis, the Cr mostly existed in the slags as Cr(III) in the form of MgCr2O4 and FeCr2O4.

1. Introduction
The steel industry is one of the key industries in the world due to the high demand especially from building construction, automotive and machinery sectors. Based on the World Steel Association (WSA) report, the world crude steel production in 2008 was approximately 1326.5 million tons [1]. Along with the production of steel, the steel industry also generates steelmaking slag as a by-product. These slags can be broadly divided into blast furnace slag and steel slag. In the blast furnace (BF), constituents other than iron in the iron ore are melted and become slag together with the ash of coke,
and the slag was separated from the pig iron and recovered. This BF slag has components similar to those of natural rocks, and about 290 kg is generated per ton of pig iron. On the other hand, the steelmaking process which consists of refining pig iron, scrap and other material to produce steel leads to the production of steel slag. It can be divided into basic oxygen furnace (BOF) slag and electric arc furnace (EAF) slag with generation amounts of 110 and 120 kg per ton of crude steel respectively [2]. The EAF steel slag consisted of two different types of slag which are the oxidizing and reducing slag, with generation amounts of 70 and 50 kg per ton of crude steel respectively.

Steelmaking slag contains heavy metals such as chromium and zinc. The ingestion of these heavy metals beyond permissible quantities causes various chronic disorders in human beings [3-8]. The excessive ingestion of this substance into human body can affect several serious disorder such as genotoxicity, mutagenicity, and cell transformation, and lung cancer [3]. Alok Prasad Das et al. and Gibb H.J. et al. have reported that the risk of lung cancer among workers of the chromate industry in US increased compared to the general population and a positive correlation between duration of exposure and lung cancer death was found [4, 5].

Therefore, the removal of chromium and zinc from steelmaking slag has received a great deal of attention for recovery and elimination of those metals [9-12]. N.K. Hamadi et al. have investigated about the batch removal of hexavalent chromium (Cr(VI)) from wastewater under different experimental conditions using economic adsorbents [9]. The adsorbents were produced from the pyrolysis and activation of the waste tyres (TAC) and from the pyrolysis of sawdust (SPC). They found that the removal was favoured at low pH, with maximum removal at pH=2 for all types of carbon. All sorbents were found to efficiently remove Cr(VI) from solution.

In the previous studies, we have conducted several experiments especially in investigating the potential of slag as a sorbent for CO2 and investigating the dissolution behavior of slag in pure water [13-15]. The wet grinding method was found to be applicable in dissolving and removing heavy metals inside the slag such as zinc and chromium. Therefore, our current research objective is to investigate the dissolution behavior and the removal potential of chromium and zinc with the wet grinding method.

2. Experimental

2.1. Samples

EAF oxidizing and reducing slag from normal and stainless steelmaking process were used in this experiment. The chemical compositions of the slag used are shown in Table 1. The “Oxi” and “Red” indicate oxidizing and reducing respectively. The Oxi C and Red B slag are the EAF normal steelmaking slag, while the others are the stainless steelmaking slags. Oxi A, Oxi B, Red A and Red B are rich with CaO and SiO2, while Oxi C rich with FeO. The content of Cr2O3 in Oxi A, Oxi B, Oxi C and Red A were high but in Red B was very low. The content for Zn were low in all type of slags.

| Slag type | Size [mm] | Chemical composition [mass%] |
|-----------|-----------|-----------------------------|
|           | CaO | SiO2 | Al2O3 | MgO | CaS | Cr2O3 | MnO | TiO2 | FeO | NiO | CuO | ZnO |
| Oxi A     | <10 | 35.4 | 36.3 | 13.5 | 6.9 | 0.2 | 2.1 | 3.3 | 2.0 | 0.23 | 0.03 | 0.06 | 0.01 |
| Oxi B     | <10 | 33.0 | 44.1 | 5.4  | 7.7 | 0.3 | 3.3 | 1   | 1.0 | 0.7  | 0.06 | 0.2  | 0.01 |
| Oxi C     | <10 | 20.5 | 20.2 | 20.1 | 6.2 | 0   | 1.7 | 4.1 | 0   | 26.8 | 0.03 | 0.03 | 0.07 |
| Red A     | <5  | 47.1 | 30.5 | 10.5 | 5.8 | 2.5 | 1.3 | 0.47| 0.4 | 1.2  | 0.06 | 0.01 | 0.01 |
| Red B     | <5  | 50.3 | 21.1 | 18.7 | 4.1 | 4.0 | 0.2 | 0.6 | 0   | 0.9  | 0.02 | 0.07 | 0.01 |
According to the XRD analysis as in the previous works [13-16], Cr is mostly exists in the slag as Cr(III) in the form of MgCr$_2$O$_4$ and FeCr$_2$O$_4$. While, the compounds of Zn were not detected by XRD assumed to be due to its content which are too small. The example of cross section of the slag used is shown in Figure 1. Figure 1 shows the cross section of the EAF stainless steelmaking oxidizing slag (Oxi A). Whitish phases as in Figure 1(a); ①, ③, ⑤, and (b); ③, ⑤, are the phases that rich with Cr and Mg. The compositions of these elements are equivalent to that in MgCr$_2$O$_4$. The dark whitish phases as in Figure 1 (a)④ and (b)② are rich with the Cr and Fe, and the compositions of them are equivalent to that in FeCr$_2$O$_4$.

![Image](image.png)

**Figure 1.** Cross section of EAF oxidizing slag (a) outer part, (b) inner part.

### 2.2. Procedure

The experimental apparatus used is as shown in Figure 2. Certain amount of slag and the alumina balls were placed in the grinding vessel. After the air in the vessel was evacuated to less than 1.3 Pa by a rotary pump, CO$_2$ gas was introduced into the vessel. This vacuum displacement was repeated twice to assure that all air in the vessel was fully replaced by CO$_2$. After that, pure water was poured into the vessel under a CO$_2$ gas flow. Finally, CO$_2$ gas was introduced until the internal pressure reached the desired value. Subsequently, the grinding was started.

The slag and the water became slurry under the grinding process. The pH of the slurry was measured with a pH meter. The slurry was then separated into the solid products and the aqueous solution using a centrifugal separator (HSIANGTAI Centrifuge, CN-820) at 1,500 rpm for 10 minutes. After the separated solid product was dried in air, it was characterized by SEM (JSM 6300, JEOL) and XRD (RINT 2500, Rigaku). The concentrations in the supernatant liquid were measured by ICP-AES.
(P-4010, Hitachi). Finally, the liquid was vaporized, and the obtained sediments were dried in a laboratory dryer for one hour at 420 K. The sediments were then characterized by SEM and XRD.

Figure 2. Schematic of the experimental apparatus.

The experimental conditions are shown in Table 2. The experiments were performed by changing the diameter of alumina ball, the initial pressure of CO₂, weight of the slag, and the volume of water. All of the grinding experiments were carried out at room temperature.

| Condition                        | Value/Item                              |
|----------------------------------|-----------------------------------------|
| Sample                           | Oxi A, Oxi B, Oxi C, Red A, Red B       |
| Diameter of alumina ball, \( d_b \) [mm] |                                          |
| ( ) : number of ball             | 20 (180)                               |
| Partial pressure of CO₂, \( P_{CO_2} \) [kPa] | 101.3                                  |
| Weight of sample, \( W_s \) [kg]  | 0.2                                    |
| Volume of water, \( V_w \) [dm³] | 0.4                                    |

3.3. Results and Discussion

3.1. Change of pH with Grinding Time

Figure 3 shows the change in pH of the slurry for all samples during grinding in the CO₂ atmosphere. The initial pH indicates the pH of mixture of slag and water right after they had been mixed together. The initial pH ranging from 8 to 11.5 and it seemed to depend on the content of CaO in the slag. The higher the content, the higher the initial pH was. The pHs were decreased immediately after the grinding was started and almost unchanged in the latter stage of grinding for all samples. The pHs were ranging from 6.8 to 7.6 at the end of grinding. The decrease in the pH might occurred due to the dissolution of CO₂ gas into water, hydration of aqueous CO₂ and the ionization of hydrated CO₂, forming either carbonate or bicarbonate ions which can be summarized by the following equation:

\[
\begin{align*}
\text{CO}_2(g) + \text{H}_2\text{O} & \rightarrow \text{HCO}_3^- + \text{H}^+ \quad (1) \\
\text{CO}_2(g) + \text{H}_2\text{O} & \rightarrow \text{CO}_3^{2-} + 2\text{H}^+ \quad (2)
\end{align*}
\]
The change of pH during grinding affected the dissolution behavior of each element inside the slag. Figure 4 shows the example of dissolution behavior of elements inside the slag into water for oxidizing A. The dissolution of elements such as Ca, Mg, Si and Al were quite high. One of the Ca and Mg phases exist in the slag was 2CaO-MgO-2SiO$_2$ (s) [14, 15]. This phase might reacted with the following equation:

\[
2\text{CaO-MgO-2SiO}_2\text{(s)} + 5\text{H}_2\text{O} \rightarrow 2\text{Ca}^{2+} + \text{Mg}^{2+} + 2\text{H}_2\text{SiO}_3\text{(s)} + 6\text{OH}^- \tag{3}
\]

Along with the dissolution of these elements, the dissolutions of Zn and Cr were also occurred during the grinding as in Figure 4 (b). The concentration of dissolved Zn was higher than that of Cr. The concentration of Zn for all samples is shown in Figure 5. The concentrations of Zn were instantly
increased as the grinding started. However, they did not increase further and almost unchanged afterward except that for the reducing A. The concentration of Zn for reducing A increased for the second time after 10.8 ks before decreased back after that. In general, the dissolved concentrations of Zn from the oxidizing A, oxidizing B and reducing A which were the EAF stainless steelmaking slag were higher than those from the oxidizing C and reducing B slag which were the EAF steel slag from normal steelmaking process.

Using the composition of Zn inside each sample, \(m_{Zn} \) [mass\%], weight of sample used, \(W_s\) [g], dissolved concentration of Zn, \(C_{Zn} \) [mg/dm\(^3\)] from Figure 5 and volume of water used, \(V_w\) [dm\(^3\)], the extraction rate of Zn, \(ER_{Zn}\) [%] can be defined as follows:

\[
ER_{Zn} = \left\{ \left[ \left( C_{Zn} \times V_w \right) / 10^3 \right]/ \left( m_{Zn} \times W_s \right) \right\} \times 100
\]  

Table 3 shows the removal ratio of Zn during grinding under CO\(_2\) atmosphere. The ratios for Oxi A, Oxi B and Red A were very high, but those from Oxi C and Red B were very low. It can be concluded that Zn can be removed from slag using the mechanical grinding in CO\(_2\) atmosphere. However, in the case of Oxi C and Red B, further investigation is needed to verify the reason for low removal ratio. Zn(OH)\(_2\) that was assumed to be formed due to the reaction between ZnO and water dissolved as ZnOH\(^+\) into the water as the following reaction:

\[
\text{ZnO(s)} + \text{H}_2\text{O} = \text{Zn(OH)\(_2\)}(s)
\]

\[
\text{Zn(OH)\(_2\)}(s) + \text{H}^+ = \text{ZnOH}^+ + \text{H}_2\text{O}
\]

| Element | Oxi A | Oxi B | Oxi C | Red A | Red B |
|---------|------|------|------|-------|------|
| Zn      | 100.0| 81.4 | 3.2  | 88.2  | 9.6  |
3.2. Dissolution behavior of Cr from slag

Figure 6 shows the dissolution behavior of Cr during grinding for each sample. The concentration of dissolved Cr for oxidizing A and reducing B increased slightly as the grinding started and almost unchanged afterward. The oxidizing A also increased slightly after the grinding was started but increased after 14.4 ks. The concentration of dissolved Cr from oxidizing B and reducing A were higher than the others. However, in comparison to the dissolved concentration of Zn shown in Figure 5, the concentrations of Cr from all samples were very small. Using the composition of Cr inside each sample, \( m_{Cr} \) [mass\%], weight of sample used, \( W_s \) [g], dissolved concentration of Cr, \( C_{Cr} \) [mg/dm\(^3\)] from Figure 6 and volume of water used, \( V_w \) [dm\(^3\)], the extraction rate of Cr, \( ER_{Cr} \) [%] can be defined as follows:

\[
ER_{Cr} = \left[ \frac{\left( C_{Cr} \times V_w \right)}{10^3} \right] / \left( m_{Cr} \times W_s \right) \times 100
\]

From this equation, the maximum extraction rates of Cr for oxidizing A, oxidizing B, oxidizing C, reducing A and reducing B were found to be 0.00023%, 0.00044%, 0.000044%, 0.0011% and 0.0014% respectively.

It is assumed from the concentration-pH diagram that the Cr dissolved into the aqueous solution as Cr(OH)\(_2^+\) ion. It might be occurred according to the following reaction:

\[
Cr_2O_3 + 3H_2O \rightarrow 2Cr(OH)_3(\text{aq})
\]
\[
Cr(OH)_3(\text{aq}) + H^+ \rightarrow Cr(OH)_2^+ + H_2O
\]

This reaction occurred due to the grinding process and the amount of Cr(OH)\(_3\) formed must be very small. This small formation of Cr(OH)\(_3\) resulted to the low dissolved concentration of Cr in the form of Cr(OH)\(_2^+\). According to the XRD analysis, the Cr mostly exists in the slags as Cr(III) in the form of MgCr\(_2\)O\(_4\) and FeCr\(_2\)O\(_4\).

4. Conclusion

From the results above, it can be concluded that:

1. The pHs were decreased immediately after the grinding was started and almost unchanged in the latter stage of grinding for all samples. The pHs were ranging from 6.8 to 7.6 at the end of grinding.
2. Extraction rate for Zn was high by this method. Zn(OH)$_2$ that was assumed to be formed due to the reaction between ZnO and water dissolved as ZnOH$^+$ into the water.

3. Dissolution of Cr occurred by the wet grinding method, but the dissolved concentrations were very low. It is assumed to be dissolved as Cr(OH)$_2^+$ ions from Cr(OH)$_3$ that was produced during the grinding.

5. Acknowledgements
This work is financially supported by the Research Acculturation Grant Scheme (RAGS) under the Ministry of Higher Education Malaysia.

6. References
[1] The Technical Society ISIJ 2010 Production and Technology of Iron and Steel in Japan during 2009, ISIJ International 50 (6) 777–796.
[2] The Japan Iron and Steel Federation 2006 Nippon Slag Association The Slag Sector in the Steel Industry.
[3] IARC 1989 Monograph on Chromium, Nickel and Welding. Vol. 49, International Agency for Research on Cancer, Lyon, France.
[4] Alok Prasad Das, Susmita Mishra 2008 Hexavalent Chromium (VI) : Environment Pollutant and Health Hazard, Journal of Environmental Research And Development 2(3) 386-392.
[5] Gibb H.J., Lees P.S. and Pinsky P.F., Rooney BC 2006 Lung cancer among workers in chromium chemical production, Am J Ind Med 38(2) 115-126.
[6] Jamie L. Young, Sandra S. Wise, Hong Xie, Cairrong Zhu, Tomokazu Fukuda, John Pierce Wise 2015 Comparative cytotoxicity and genotoxicity of soluble and particulate hexavalent chromium in human and hawksbill sea turtle (Eretmochelys imbricata) skin cells, Comparative Biochemistry and Physiology Part C: Toxicology & Pharmacology 178 145-155.
[7] Nazma Shaheen, Nafis Md. Irfan, Ishrat Nourin Khan, Saiful Islam, Md. Saiful Islam, Md. Kawsar Ahmed 2016 Presence of heavy metals in fruits and vegetables: Health risk implications in Bangladesh, Chemosphere 152 431-438.
[8] Qihang Wu, Haichao Zhou, Nora F.Y. Tam, Yu Tian, Yang Tan, Song Zhou, Qing Li, Yongheng Chen, Jonathan Y.S. Leung 2016 Contamination, toxicity and speciation of heavy metals in an industrialized urban river: Implications for the dispersal of heavy metals, Marine Pollution Bulletin 104(1–2) 153-161.
[9] N. K. Hamadi, X.D. Chen, M.M. Farid, M.G.Q. Lu 2001 Adsorption kinetics for the removal of chromium(VI) from aqueous solution by adsorbents derived from used tyres and sawdust, Chemical Engineering Journal 84 (2) 95-105.
[10] S. Rengaraj, K.H.O Yeon, S.H. Moon 2001 Removal of chromium from water and wastewater by ion exchange resins, Journal of Hazardous Materials 87 (1–3) 273-287.
[11] N.K. Lazaridis, D.D. Asouhidou 2003 Kinetics of sorptive removal of chromium(VI) from aqueous solutions by calcined Mg–Al–CO$_3$ hydrotalcite, Water Research 37(12) 2875-2882.
[12] V.K. Gupta, S. Agarwal, T. A. Saleh 2011 Chromium removal by combining the magnetic properties of iron oxide with adsorption properties of carbon nanotubes, Water Research 45(6) 2207-2212.
[13] M.N.N. Hisyamudin, S. Yokoyama, M. Kawakami, M. Umemoto 2009 Reaction between CO2 and CaO under dry grinding, Powder Technology Elsevier 196 (2) 156-162.
[14] M.N.N. Hisyamudin, S. Yokoyama, M. Umemoto 2010 Storage of CO2 in Low Al$_2$O$_3$ EAF Oxidizing Slag by Grinding with Vibration Mill, Materials Science Forum 654-656 2927-2930.
[15] Yokoyama, S., Suzuki, A., Nor, N.H.B.M., Kanematsu, H., Ogawa, A., Takahashi, T., Izaki, M., Umemoto 2010 M., Serial batch elution of electric arc furnace oxidizing slag discharged from normal steelmaking process into fresh water, Tetsu-To-Hagane/Journal of the Iron and Steel Institute of Japan 96 (12) 698-705.